Mechanical characterization and tensile fractography of Al7075-WCP-CoP composite

U. B. Gopal Krishna
Dept. of ME, SIT, Tumkur; Dept. of ME, AIET, Moodabidire, Dakshina Kannada, Karnataka, India
gopalkrishnaub@gmail.com, https://orcid.org/0000-0001-8224-6810

B. Vasudeva, Virupaxi Auradi
Dept. of ME, AIET, Moodabidire, Dakshina Kannada, Karnataka, India
bvd@sit.ac.in, http://orcid.org/0000-0003-3555-9472
vsauradi@gmail.com, http://orcid.org/0000-0001-6549-6340

Madeva Nagaral
Aircraft Research and Design Centre, Hindustan Aeronautics Limited, Bangalore, Karnataka, India
madev.nagaral@gmail.com, http://orcid.org/0000-0002-8248-7603

ABSTRACT. The demand for materials with an unusual combination of properties has increased tremendously at a level that cannot be attained through the use of conventional materials. This is especially true for materials used in aircraft, automotive and power generation applications. The microstructure and mechanical properties of Al7075 – 6, 9 and 12 wt.% WC-Co particles reinforced composites are shown in this study. Liquid metallurgy is used to create the composites. The planetary ball milling method is utilized to turn the WC-Co mixtures into cerments, and the particles with a size range of 30-40 µm are employed as reinforcement. SEM and EDS analyses were used to characterize the microstructure. ASTM standards are used to test the mechanical characteristics of both as cast Al7075 and Al7075-6, 9 and 12 wt.% WC-Co composites. SEM was used to perform fractography study on the prepared composite.

KEYWORDS. Al7075; Cermet; Liquid Melt Method; Mechanical Behavior; Fractography.

INTRODUCTION

The phrase "composite material" has caused a paradigm shift in the field of material science. It presents a new designed material with enhanced qualities for the applications that are required [1]. Among the various types of composites, metal matrix composites have wider applications owing to their enhanced material properties. Aluminium metal matrix composites [AMC] have their own space, particularly in the field of aerospace, marine and...
automotive industry [1-3]. Furthermore, the properties of the aluminium may rise by converting it as In terms of metallurgical, mechanical and tribological aspects, a thorough examination of the developed properties of metal matrix composites is required. The alloy Al7075 is widely employed in aircraft structures and automotive applications. Several types of reinforcement, such as oxides, carbides, nitrides, and borides, play an active role in improving material qualities [4]. AMCs can be synthesized on a variety of ways depending on their final applications. To meet the above requirements, there are a few options for creating manufacturing techniques and looking for alternative materials. Two of the most extensively utilized manufacturing techniques in the production of aluminium composites are liquid casting and powder metallurgy [4-7]. Ceramic particulate aluminum-based composites have better properties than unreinforced aluminium alloys [7-8]. They are commonly used in tribological applications due to their outstanding strength, density, and wear resistance ratio [9-10]. In this study, the matrix is Al7075, which has zinc as a major alloying component. Ductility, strength and fatigue resistance are all improved with this alloy. The Al7075 matrix alloy is strengthened with tungsten carbide (WC) hard ceramic particulates and soft ductile Cobalt (Co) particulates with particulate size ranging from 30-40 µm. The CERMET form has been used to merge brittle ceramics and ductile metallic elements as reinforcements in the current function.

**EXPERIMENTAL DETAILS**

The composites Al7075-WC-Co, containing 6, 9 and 12 wt.% of WC-Co particulates are synthesized in the present work. The density of Al7075 is 2.81 g/cm³ and density of WC and Co are 15.63 g/cm³ and 8.91 g/cm³ respectively [11]. The chemical composition of Al7075 and properties of WC and Co are shown in Table 1 and Table 2 respectively. For the present work WC-Co mixture with particle size ranging from 30-40µm are used.

| Si  | Fe  | Cu  | Mn  | Mg  | Cr  | Zn  | Ti  | Al  |
|-----|-----|-----|-----|-----|-----|-----|-----|-----|
| 0.45| 0.55| 1.55| 0.56| 2.4 | 0.14| 1.3 | 0.24| Bal.|

Table 1: Base alloy Al7075 compositions in percentage.

| Property of materials | Density (g/cm³) | Brinell hardness | Ultimate Tensile Strength (MPa) | Modulus of elasticity (GPa) |
|-----------------------|-----------------|------------------|-------------------------------|----------------------------|
| Al7075                | 2.81            | 150              | 572                           | 71.7                       |
| WC                    | 15.63           | 1500             | 5000                          | 686                        |
| Co                    | 8.9             | 470              | 760                           | 209                        |

Table 2: Properties of Al7075, WC and Co [18, 19]

Stir casting is used to make composites with 6, 9 and 12 % reinforcement in an Al7075 matrix alloy. The alloy matrix has a higher density due to the presence of hard ceramic and soft ductile metallic reinforcements. The density component was crucial in reinforcing the structure and sustaining the wettability levels. As a result, the components are preheated in a heating oven to a temperature of 250°C. A batch of aluminium alloy is first heated to liquid temperature in a graphite crucible. A proper degasification is achieved using a solid hexachloroethane (C₆Cl₆) tablet once the alloy reaches liquid temperature. As a result, the creation of a gaseous mixture is prevented. The reinforcing particles, on the other hand, are warmed to remove any moisture content and improve the wettability conditions. The warmed reinforcement particles were slowly introduced into the matrix at a continuous flow rate. At 300rpm, a zirconia coated stirrer was used to maintain steady stirring. The composite material was immediately poured into the metallic die and allowed to set. As cast samples were examined, Keller's reagent was used to clean and etch them suitably [12]. Specimens are produced in accordance with metallurgical procedures, and microstructural characterization is carried out using a scanning electron microscope. Micro-Vickers hardness tests are carried out on the as cast composite specimens at fifteen separate sites with a load of HV 0.3 and a dwell time of 15 seconds, with an average of the fifteen values taken into account. The tensile test was performed on as cast specimens manufactured according to the ASTM E8 standard.
RESULTS AND DISCUSSION

Microstructural Analysis

Fig. 1(a-d) shows SEM microphotographs of Al7075 matrix and Al7075-WC-Co cermet based composites. The reinforcement is distributed quite evenly throughout the composite. Several aspects influence the form of dendrites during casting, including dendrite discontinuity, dendritic particle growth limitation, and thermal conductivity imbalance between the particles and the melt. Ceramic particles also act as a barrier to dendrite formation, and this effect is more pronounced when the rate of cooling is high [13, 14]. The matrix is well bound to the reinforcing particles, as can be seen. Dendritic interruption can be linked to the shearing of the beginning dendrite arms due to the stirring motion. Mechanical stirring evenly disperses the particles and reduces particle settling during the solidification process [15, 16]. Local solidification occurs as a result of temperature differences between the particles and the melt during particle addition.

Figure 1 (a-d): SEM images of (a) as-cast Al7075 alloy, (b) Al7075-6 wt.% WC-Co, (c) Al7075-9 wt.% WC-Co and (d) Al7075-12 wt.% WC-Co.

Because the load is transmitted across the interface, the strong interface has superior mechanical and tribological qualities. Because of the presence of hard ceramic particles, which prevent dendrite formation and transform the matrix to a more refined structure, the strength improves. The distance between the particles get minimal as the weight percentage of reinforcement increased. This may also obstruct the movement of the dislocation. As a result, WC-Co is likely to inhibit dislocation movement in the Al7075 matrix. As a result, the composites tribological properties may improve. Elemental analysis is also carried out using EDS on as-cast Al7075 and Al7075 - 6, 9 and 12 wt. % WC-Co reinforced composites and is represented in Fig. 2 (a-d). Fig. 2 (b-d) confirms the presence of elements like Zn, Mg, Si, Co, W and C in the Al alloy matrix.
HARDNESS MEASUREMENT

In this work, micro hardness is examined on the Al7075 base alloy and composites of Al7075 reinforced with WC-Co particles. The ASTM E384 standard is used to conduct the tests. The indenter digital micro hardness tester from Zwick/Roell was used to calculate micro-hardness. The plot of variation in micro Vickers hardness of Al7075 alloy and Al7075 reinforced with WC-Co particles for various weight percentages is shown in Fig. 3. (6, 9 and 12 wt.%). As can be seen in the graph above, increasing the proportion of WC-Co particles in the matrix alloy improves the hardness of the composite significantly. Because WC-Co particles are hard dispersoids, they contribute positively to the hardness of Al7075-WC-Co composites; the increase in hardness is quite visible and predictable.
TENSILE STRENGTH

Tensile samples of as-cast and composites are examined using computerized universal testing machine. The samples used for these tests are prepared non-conventionally as per ASTM E8 standard. Fig. 4 shows the graphical representation of ultimate tensile strength and yield strength variations among base alloy and composite. Fig. 5 (a-d) shows the stress strain curves for Al7075 base alloy, Al7075-WC-Co with 6, 9 and 12 Wt.% of WC-Co composite respectively.

Figure 4: Ultimate tensile strength and yield strength of Al7075-WC-Co with 6, 9 and 12 wt.% variation.

Figure 5: (a-d) Stress-strain curves for Al7075 and Al7075 reinforced with WC-Co particulate composite
The UTS of the prepared composite increased when the weight percentage of WC-Co reinforcement was increased. For 6, 9 and 12 weight percentages of reinforcements, the improvement in UTS of the generated composite is about 37.24%, 46.04%, and 60.34%, respectively. For 6, 9 and 12 weight percent of reinforcements, the yield strength of the resulting composite increases by around 42.18%, 62.61%, and 85.64%, respectively. The increased strength is attributed to proper interaction between the matrix and reinforcing components. The greater the grain boundaries, the greater the strength and quality of composites, resulting in increased wear resistance [7-17]. This could be owing to the reinforcement's load transmission to the matrix, which strengthens the structure. The dispersion of hard WC ceramic and Co particles contributes to the increase in strength.

**Fractography**

Fig. 6(a-d) demonstrates the tensile fracture behavior of Al7075 and Al7075-WC-Co (6, 9 and 12 wt.%) composite. Fracture surface reveals the very small dimples in the matrix. The interface between particles and matrix stays unchanged, what supports the proposal that the shear strength at the interface is greater than that of the particle fracture. A virtually ductile intermediate fracture with reinforcement dimples can be seen in the composite.
Debonding of the reinforced phase from the matrix material, on the other hand, shows that normal stresses generated at the interface have exceeded the bond strength, resulting in void formation. The restricted flexibility of aluminium alloy in the presence of cermet reinforcing phase is demonstrated by fracture initiation in the matrix. In addition to the aforementioned mechanisms, nucleation of micro voids is followed by void coalescence via void linkage. Thermally generated stresses as a result of a thermal mismatch between matrix and reinforcement can cause Al7075-WC-Co composites to fail.

**CONCLUSIONS**

Using the stir casting method, Al7075-WC-Co composites with 6, 9, and 12 weight percent of WC-Co with particle sizes ranging from 30 to 40 µm were successfully produced. Microstructural analysis and major mechanical performance, such as hardness, ultimate tensile strength, yield strength, and fractography behaviors are examined. The matrix is virtually pore-free as-cast alloy, with evenly dispersed WC-Co in the manufactured composite, as evidenced in SEM micrographs. EDS analysis confirms the presence of elements like Zn, Mg, Si, Co, W and C in the Al alloy matrix. When compared to unreinforced Al7075 as-cast material, the mechanical properties of Al7075-6, 9 and 12 Wt percent WC-Co composites are superior and enhanced.

**REFERENCES**

[1] Ezhil, S., Vannan., Paul, S. and Vizhian (2014). Microstructure and mechanical properties of as cast aluminium alloy 7075-basalt dispersed metal matrix composites. Journal of Minerals and Materials Characterization and Engineering, 2, pp. 182–193. DOI: 10.4236/jmmce.2014.23023.

[2] Baradeshwaran and Elaya, Perumal (2014). Study on mechanical and wear properties of Al7075-Al2O3-Graphite hybrid composites. Composites Part B: Engineering, 56, pp. 472-476. DOI: 10.1016/j.compositesb.2013.08.013.

[3] Suhas, Quadros and Vaishak (2016). Evaluation and characterization of tensile properties of short coated carbon fiber reinforced aluminium 7075 alloy metal matrix composites via liquid stir casting method. Material Science Research India, 13, 2, pp. 66-73. DOI: 10.13005/msri/130202.

[4] Sharma, S., Kini, A., Gowri, Shankar, T. C. and Raja, Rakesh, H. (2018). Tensile fractography of artificially aged Al6061-B4C composites. Journal of Mechanical Engineering and Sciences, 12, 3, pp. 3866–3875. DOI: 10.15282/jmes.12.3.2018.8.0339.

[5] Bekir, Sadik, Unlu (2008). Investigation of tribological and mechanical properties Al2O3-SiC reinforced Al composites manufactured by casting or PM method. Materials & Design, 29, 10, pp. 2002–2008. DOI: 10.1016/j.matdes.2008.04.014.

[6] Nagaral, M., Hiremath, V., Auradi, V. and Kori, S. A. (2018). Influence of two stage stir casting process on mechanical characterization of AA2014-ZrO2 nano composites. Transactions of the Indian Institute of Metals, 71, pp. 2845-2850. DOI: 10.1007/s12666-018-1441-6.

[7] Wang, W., An, D., Fan, Y., Zhao, X., Wang, X., Ma, R. and Li, Q. (2018). Microstructure and tribological properties of SiC matrix composites infiltrated with an aluminium alloy. Tribology International, 120, pp. 369–375. DOI: 10.1016/j.triboint.2018.01.001.

[8] Ramakoteswara, Rao, V., Rangaraya, Chowdary, J. and Kumar, Gudapati, S. P. (2020). Fabrication and investigation on mechanical properties of (AA7075/Cr2O3) metal matrix composites. Materials Today: Proceeding, 23(3), pp. 513-517. DOI: 10.1016/j.matpr.2019.05.397.

[9] Dinh, Tran, Dung, N. and Parameswaran, S. (2011). Influence of in situ formed ZrB2 particles on microstructure and mechanical properties of AA6061 metal matrix composites. Materials Science and Engineering: A, 528(18), pp. 5733–5740. DOI: 10.1016/j.msea.2011.04.033.

[10] Zhang, H., Chen, M. W., Ramesh, K. T., Ye, J., Schoening, J., M. and Chin, E., S. C. (2006). Tensile behavior and dynamic failure of aluminium 6092-B4C composites. Materials Science and Engineering: A, 433, pp. 70–82. DOI: 10.1016/j.msea.2006.06.055.

[11] Manjunatha, T. H., Basavaraj, Y., Nagaral, M. and Venkataramana, V. (2018). Investigations on mechanical behavior of Al7075- nano B4C composites. IOP Conference Series: Materials Science and Engineering, 376, 012091. DOI: 10.1088/1757-899X/376/1/012091.
[12] Kim, H. M., Babu, J. S. S. and Kang, C. G. (2013). Fabrication of A356 aluminium alloy matrix composite with CNTs-Al2O3 hybrid reinforcements. Materials Science and Engineering: A, 573, pp. 92–99. DOI: 10.1016/j.msea.2013.02.041.

[13] Bharath, V., Madeva, N., Auradi, V. and Kori, S. A. (2014). Preparation of 6061 Al-Al2O3 MMC’s by stir casting and evaluation of mechanical and wear properties. Procedia Material Science, 6, pp.1658-1667. DOI: 10.1016/j.mspro.2014.07.151.

[14] JadHAV, P., Sridhar, B. R. and Nagaral, M. (2018). A comparative study on microstructure and mechanical properties of A356-B4C and A356-Graphite composites. International Journal of Mechanical and Production Engineering Research and Development, 8, 2, pp.273-282. DOI: 10.24247/imperdapr201830.

[15] Sharma, P., Khanduja, D. and Sharma, S. (2014). Metallurgical and mechanical characterization of Al6082-B4C-Si3N4 hybrid composite manufactured by combined ball milling and stir casting. Applied Mechanics and Materials, 592–594, pp. 484–488. DOI: 10.4028/www.scientific.net/AMM.592-594.484.

[16] Shorowordi, K, M., Laoui, T., Asma, Hasceb., Celis, J, P. and Froyen, L. (2003). Microstructure and interface characteristics of B4C, SiC, and Al2O3 reinforced Al matrix composites: A comparative study. Journal of Materials Processing Technology, 142(3), pp.738–743. DOI: 10.1016/S0924-0136(03)00815-X.

[17] Edelson, B, I. and Balwin, W, M. (1962). ASM Transactions Quarterly, American Society for Metals, 55, pp. 230-250.

[18] Swamy, A. R. K., Ramesha, A., Veeresh, Kumar, G, B. and Prakash, J. N. (2011). Effect of Particulate Reinforcements on the Mechanical Properties of Al6061-WC and Al6061-Gr MMCs. Journal of Minerals & Materials Characterization & Engineering, 10, 12, pp.1141-1152. DOI: 10.4236/jmmce.2011.1012087.

[19] Veeresh, Kumar, G, B., Rao, C, S, P. and Selvaraj, N. (2011). Mechanical and dry sliding wear behaviour of Al7075 alloy-reinforced with SiC particles. Journal of Composite Materials, 46, 10, pp. 1–9. DOI: 10.1177/0021998311414948.